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In the last few decades, several full-scale blast tests have been performed to study the behaviour of ultra
high performance ﬁbre reinforced concrete (UHPFRC). However, only limited research has been devoted
to simulate performance of UHPFRC subjected to blast loading. This paper presents a numerical inves-
tigation on the performance of UHPFRC under blast loading with a concrete material model which takes
into account the strain rate effect. Furthermore, the model is modiﬁed to better express the strain
softening of UHPFRC material. The performance of the numerical models is veriﬁed by comparing
modelling results to the data from corresponding full scale blast tests. With the veriﬁed models, para-
metric studies are also carried out to investigate the effect of steel reinforcement and steel ﬁbre in
increasing UHPFRC resistance to blast loading.
 2013 Elsevier Ltd. All rights reserved.1. Introduction
The behaviour of concrete structures under explosion loading is
a topic of major concern in both civil and material engineering.
With the strain rate effect, the concrete behaviour subjected to high
strain rate loading will be different from that under static loading.
In the last few decades, much research has been devoted to
investigate concrete behaviour under high strain rate loading using
both experimental and numerical studies [1e4]. Moreover, due to
the brittle nature of concrete materials, several methods have been
developed to further increase the concrete resistance to high strain
rate loading, such as adding ﬁbre reinforcement to the concrete or
use of high strength concrete materials [5e9].
Ultra high performance ﬁbre reinforced concrete (UHPFRC) is
a concrete material with both high strength concrete and ﬁbre
reinforcement. It has high cement content and low water/cement
ratio. Fine silica sand and short steel ﬁbres are also included in
the material. UHPFRC has high compressive strength of up to
200 MPa and tensile strength of about 20e40 MPa. In addition,
the fracture energy of UHPFRC can be about 20,000e40,000 J/m2,All rights reserved.which is several orders of magnitude higher than that of normal
concrete materials [10]. Therefore, UHPFRC has much higher
resistance to high strain rate loading than normal concrete. Some
full scale tests have been carried out in this ﬁeld and
results demonstrated that under the same blast loading,
UHPFRC performed much better than normal strength concrete
[11e13].
In order to better understand the behaviour of UHPFRC under
different blast loading, more blast tests are required, including full
scale blast tests and small specimen blast tests. However, although
a full scale test can better express actual structural behaviour, it is
time-consuming and costly, while specimen based test is easy to
perform, but results from them may be different from real size
structures due to size effect. Moreover, as UHPFRC contains high
ﬁbre volume, the variation of ﬁbre orientation will also cause dif-
ferences in UHPFRC behaviour, even for specimens with the same
ﬁbre volume; this further increases the complexity of under-
standing UHPFRC behaviour from tests. Reliable modelling is
therefore an alternative important tool to study UHPFRC behaviour
when subjected to high strain rate loading. The developed model
should express the properties of the studied structure, including
strengths, stressestrain curve, size effect if difference in dimension
exists between test specimen used to obtain material properties
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strain rate effect in the structure to simulate material and structural
behaviour under high strain rate loading conditions.
According to previous studies, only limited research has been
carried out to model UHPFRC under blast loading [12,14]. In these
studies, only the maximum deﬂection was predicted from the
models, while the damage to the UHPFRC after blast loading
could not be predicted. The reason is that in most studies,
UHPFRC behaviour was predicted with a single degree of freedom
(SDOF) model, where the failure model could not be obtained. In
other models for UHPFRC, like those implemented in Autodyn
and LS-DYNA, the stressestrain curve of UHPFRC, especially the
strain softening phase, was not fully captured with the models
and strain rate effect of UHPFRC is not fully understood and
applied to the models. Therefore, modelling of UHPFRC under
blast loading should be further studied, so that actual behaviour
of UHPFRC, including both deﬂections and damage, can be pre-
dicted reliably.
This paper investigates the capability of modelling UHPFRC
behaviour under blast loading using the explicit non-linear ﬁnite
element program, LS-DYNA [15], and clariﬁes effect of steel ﬁbre
and reinforcement bars in providing blast resistance of UHPFRC
through numerical studies. It should be mentioned that in order
to better distinguish these two effects, the effect of ﬁbre orien-
tation, which would also cause difference in UHPFRC behaviour,
was not considered in the study. Steel ﬁbre was not modelled
explicitly in the model and its effect is expressed by matching
stressestrain curve of model to that from actual UHPFRC spec-
imen. In Section 2, the key features of the concrete damage model
that was used in the study are presented and the use of a typical
stressestrain relationship for UHPFRC to determine model pa-
rameters based on the internal automatic parameter generation is
described. A brief description of the experimental blast tests is
provided, published in greater detail elsewhere [14,16]. In the
modelling analysis, the determined model parameters were used
to predict the behaviour of the UHPFRC panels under blast
loading and the predicted results, including the panel deﬂections
and damage, are compared to the test data. Furthermore, with the
validated models, parametric studies were carried out to inves-
tigate the effectiveness of bar reinforcement and steel ﬁbre in
providing resistance of UHPFRC to blast loading. Finally, some
conclusions are given.
2. Concrete damage model in LS-DYNA
The concrete damage model, also known as Karagozian & Case
(K&C) concrete model, was ﬁrstly developed for DYNA3D, and
later available in LS-DYNA as Material #72. It has been widely
used to analyse concrete response to blast loading due to its
simple implementation [17e19]. In the K&C model, two methods
can be used to provide model parameters. The ﬁrst method is by
inputting detailed material properties directly into the model,
enabling the actual behaviour of material to be captured with
reasonable accuracy. However, this method requires large
numbers of material characterization tests for providing material
properties. In the second method, only the concrete compressive
strength is required as input, and all other related parameters are
calculated with the embedded automatic parameter generation
method. This method does not need a series of material charac-
terization tests, but as the parameter generation method is based
on test data from normal strength concrete, in order to apply this
method to other concrete materials, further modiﬁcations to the
model parameters should be performed to let the model better
express the behaviour of actual material, such as stressestrain
relationship.In the concrete damage model, the strain hardening and soft-
ening behaviour can be expressed with properly conﬁgured model
parameters and the strain rate effect can also be incorporated into
the model, where the strength enhancements in compression and
tension can be deﬁned separately.
Based on previous studies employing the K&C model for
simulating concrete behaviour [20,21], it can be found that the
K&C model is mostly used to predict behaviour of normal
strength concrete, where the automatic parameter generation
method can be used directly without further modiﬁcations to
model parameters. However, limited studies have been devoted
to model high strength concrete materials with the K&C model,
thus the performance of the K&C model after modifying model
parameters for predicting high strength concrete behaviour re-
mains unclear.2.1. Strength surfaces
The concrete damage model uses a simple function for the
deﬁnition of three independent strength surfaces, including the
initial yield, maximum failure and residual surfaces. These surfaces
can be expressed as:
FyðpÞ ¼ a0y þ
p
a1y þ a2yp
(1)
FmðpÞ ¼ a0m þ
p
a1m þ a2mp
(2)
FrðpÞ ¼ pa1r þ a2rp
(3)
where p is the pressure, and Fy, Fm and Fr represent the initial yield,
maximum failure and residual surfaces, respectively [18].
The plasticity surface is interpolated between the initial yield
and maximum failure surfaces to represent the strain hardening,
which can be written as:
Fh ¼ hFy þ ð1 hÞFm (4)
Similarly, for representing strain softening, another surface is
interpolated between the maximum failure and residual surfaces,
which is expressed as:
Fs ¼ hFy þ ð1 hÞFr (5)
where h is deﬁned as the yield scale factor, and is the function of the
effective plastic strain measure l:
l ¼
8>>>>><
>>>>>:
Z 3p
0
d 3p
½1þ p=ft b1
p[0
Z 3p
0
d 3p
½1þ p=ft b2
p < 0
(6)
where d 3p is effective plastic strain increment, ft is the quasi-static
concrete tensile strength.
From Equations (4)e(6), it can be seen that in the concrete
damage model, b1 and b2 are employed to control the concrete
hardening and softening behaviours. Thus the concrete behaviour,
especially the strain softening behaviour, can be conﬁgured based
on actual concrete behaviour by changing these two parameters, as
investigated in the next section.
Table 1
Key stress and strain values in Fig. 1.
Model parameter Value
a0y 50.25
a1y 0.45
a2y 4.75E-4
a0m 37.94
a1m 0.63
a2m 1.51E-3
a1r 0.44
a2r 6.96E-4
b1 1.6
b2(default) 1.35
b2(modiﬁed) 2
Table 2
Determined model parameters.
Tension Compression
Tensile strength (fd,t) Of
panels A, B and C
10 MPa Compressive strength (sc,p) of
panels A, B and C
170 MPa
Tensile strength
(fd,t) of Panel D
15 MPa Compressive strength
(sc,p) of Panel D
190 MPa
Max linear strain ( 3t,1) 0.00011 Max linear strain ( 3c,1) 0.0031
Limiting tensile
strain ( 3t,p)
0.004 Limiting compressive
strain ( 3c,p)
0.004
Max tensile strain ( 3t,u) 0.01 Max compressive strain ( 3c,u) 0.007
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From above, it can be seen that a number of parameters should
be determined to express the model behaviour. According to Eqs.
(1)e(3), eight parameters are required to deﬁne three independent
surfaces. a0y, a1y and a2y can be determined based on experimental
data from a uniaxial unconﬁned compression test and some
conﬁned compression tests, while the deﬁnition of maximum and
residual surfaces also requires appropriate test data. In this study,
since only limited material properties are available, the automatic
parameter generation method in K&C model was employed, which
is derived using data from larger numbers of material character-
ization tests and previously derived data [22]. These values, which
are calculated automatically with compressive strength of 170MPa,
are listed in Table 1.
However, as the automatic parameter generation in the K&C
model is based on test data from normal strength concrete mate-
rials with uniaxial compressive strength of 45 MPa [23], it may not
represent the actual behaviour of UHPFRC material, which has
much higher strengths (compressive strength of 170 MPa in this
study). Therefore, before using the automatically generated pa-
rameters for the analysis of UHPFRC, it is necessary to study the
capability of automatically generated parameters in expressing the
behaviour of UHPFRC.
In the study, the stressestrain relationship of UHPFRC shown in
Fig. 1 was used to investigate the capability of the K&C model in
describing the behaviour of UHPFRC. Some key stress and strain
values from this relationship are listed in Table 2. Note that the two
different values of compressive and tensile strength shown in
Table 1 relate to the two UHPFRCmixtures used in the experimental
work which had different ﬁbre contents (see below for further
details). The tensile and compressive strength values were obtained
from quasi-static tests published elsewhere [12].
Some research has been devoted to perform UHPFRC tension
tests and investigate the effect of ﬁbres on UHPFRC behaviour.Fig. 1. Designed stressestrain relationship of UHPFRC.Results demonstrate that variation of ﬁbre volume in UHPFRC could
affect its tensile behaviour signiﬁcantly, while the effect is minor in
compressive behaviour [24,25]. With the developed model, a
sensitivity analysis was performed to investigate the effect of
compressive and tensile properties and results showed that the
behaviour of UHPFRC panels under blast loading was dominated by
their tensile properties, as changes in compressive properties did
not affect UHPFRC performance signiﬁcantly. Therefore, in this
study, the modelled stressestrain relationship under tension was
studied and compared to the designed stressestrain relationship
shown in Fig. 1.
It should be mentioned that this relationship is an idealized
curve (ideal trapezoidal shape), while stressestrain curves from
tests did not show such a ﬂat strain hardening phase. It was also
observed from tests that variation in ﬁbre orientationwould clearly
affect the shape of the stressestrain curve [10]. However, as it is
difﬁcult to control the test after UHPFRC fracture, as it would
rupture abruptly after fracture, strain softening phase of the stresse
strain curve was not be measured from tests. Therefore, in this
study, the idealized curve is employed for conﬁguring the model
and size effect is not considered.
In order to obtain the stressestrain curve from the model, a
single element analysis was carried out. In the analysis, the bottom
surface of the element was constrained, and a uniaxial tensile
stress was applied to the top of the element until the complete
fracture of the element. From the results, the elemental stress
could be obtained directly, while the strain was calculated as
displacement of the top of the element divided by the element
height. Fig. 2 depicts the comparison of the results of modelled
stressestrain curve using automatic generated parameters and the
idealized relationship. It can be seen that the generated stresse
strain curve from the model shows higher ductility than the
designed behaviour.Fig. 2. Comparison of stressestrain relationship under tension with default b2 value.
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with automatically generated parameters could not represent the
actual behaviour of UHPFRC panels. According to Eqs. (4)e(6), the
target fracture energy can be achieved by adjusting the value b2,
and the stressestrain relationship of the model, especially the
strain softening behaviour, can thus be modiﬁed to match the
designed relationship. b2 was therefore adjusted so that the
modelled stressestrain relationship produced by the single
element analysis closely matched the designed stressestrain
curve and the comparison is shown in Fig. 3.
From Fig. 3, it can be seen that after modiﬁcation of b2, the
modelled stressestrain curvematches better to the idealized curve,
although the hardening behaviour still cannot be expressed clearly
in the modelled curve.
It should be mentioned that for different element sizes, the b2
value should be changed accordingly in order to obtain the same
stressestrain relationship. The reason is that with the variation of
element size, the stressestrain relationship will be changed, which
is shown as follows [19,23]:
Z
sd 3¼ Gf =hc (7)
where Gf is the tensile strain energy, hc is the element size.
Table 2 summarizes the model parameters used in the model; in
the table both default and modiﬁed values of b2 are listed.
2.3. Strain rate effect
In the concrete damage model, the strength enhancement is
implemented along a radial stress path and the maximum failure
surface Fm and effective plastic strain l are employed to represent
the rate effect. Since the strain rate effect is expressed with the
enhanced strengths in compression and tension tests, the scale
factor r is deﬁned as follows:
r ¼ fc;new
fc;old
(8)
where fc is the unconﬁned compressive strength of concrete.
The modiﬁed maximum failure surface is then obtained:
Fnew ¼ a0;new þ
p
a1;new þ a2;newp
(9)
where a0,new ¼ ra0, a1,new ¼ a1, a2,new ¼ a2/r.
The effective plastic strain l should also be adjusted to incor-
porate strain rate effect in evaluating the damage, thus Eq. (6) is
modiﬁed as:Fig. 3. Comparison of stressestrain relationship under tension with modiﬁed b2 value.8>>>Z
3p
d 3pl ¼
>><
>>>>>:
0
r½1þ p=rft b1
p[0
Z 3p
0
d 3p
r½1þ p=rft b2
p < 0
(10)
As described above, when subjected to high strain rate loading,
the strain rate effect should be considered to properly analyse the
concrete behaviour. According to previous studies, rate effect in
concrete is due to moisture at low strain rate and inertia effect at
high strain rate, so the proper way of expressing rate effect is for the
model to capture the inertia effect. According to previous studies
[17,18], in the numerical model, the inertia effect in compression
can be captured from the mass of the outer cylinder elements
resisting motion laterally, and inertia effect in tension can be
expressed by capturing aggregate interlocking that propagates the
micro-cracking and energy dissipation beyond the localization
zone. However, in the concrete damage model, the inertia effect in
tension cannot be captured so in this study, the strain rate effect
was incorporated by inputting the dynamic increase factors (DIF) at
different strain rates. It should be mentioned that this method will
lead to uncoupling of concrete hydro effect, andwhen obtaining DIF
values from tests, radial conﬁnement and friction should be
considered to let DIF value represent actual rate effect. Moreover,
from previous results [18], with various element sizes, similar DIF
values would be obtained at same strain rate, whichmeans element
size will not affect the calculation of strain rate. Therefore, in this
study, with selected element size, fracture energy is adjusted to
match the design value (from design stressestrain curve), while DIF
values are ﬁxed.
Based on previous results [12,26], the variation of DIF value with
strain rate under compression and tension can be expressed as:
Compression DIF ¼
8><
>:

_3
_3s
1:026a
_3 _31
A1lnð_3Þ  A2 _3> _31
(11)
where _3is strain rate, _3s ¼ 3 105 s1 is the quasi-static strain
rate, a ¼ 1/(20 þ fcs/2), fcs is the static compressive strength,
_31 ¼ 0:0022f 2cs  0:1989fcs þ 46:437ð_31 is 79 s1 in this caseÞ,
A1 ¼ 0.0044fcs þ 0.9866, A2 ¼ 0.0128fcs þ 2.1396.
Tension DIF ¼
8><
>:

_3
_3s
d
_3 30 s1
b

_3
_3s
1=3
_3> 30 s1
(12)
where _3s ¼ 106 s1, log b ¼ 7.11d  2.33, d ¼ 1/(10 þ 6fcs/fco), fcs is
the static concrete compressive strength, fco ¼ 10 MPa.Fig. 4. Conﬁguration of TNT charge and UHPFRC panel in the test (after Ref. [14]).
Table 3
Details of the four UHPFRC panels.
Panel Fibres by volume Steel reinforcement
bar by volume
Stand-off
distance
13 mm
long ﬁbre
25 mm
long ﬁbre
A 2% 0% 3.4% 9 m
B 2% 0% 3.4% 7 m
C 2% 0% 0.3% 12 m
D 2% 2% 0.3% 12 m
L. Mao et al. / International Journal of Impact Engineering 64 (2014) 91e100 95From Eq. (11), it can be seen that under compression, the critical
strain rate 31, at which there is a sudden increase in DIF value, varies
with the concrete static compressive strength. This is consistent
with test results using different strength concretes [27]. When
compared to test data from the UHPFRC under compression tests
[28], the DIF values obtained using Eq. (11) are comparable to the
DIF values from tests. Therefore, Eq. (11) can be employed to ex-
press reasonable strain rate effect of UHPFRC under compression.
However, under tension, the variation of critical strain rate with
concrete strength is still under investigation. Thus, in this study, the
critical strain rate is ﬁxed at 30 s1 regardless of concrete strength
based on the CEB code.3. Full scale blast tests on UHPFRC panels
3.1. Set-up of UHPFRC panels and TNT charge
Blast tests on UHPFRC panels were conducted in July 2008 at GL
Industrial Services, Spadeadam, Cumbria. The arrangement of the
panel and explosive charge is depicted in Fig. 4. In the test, the top
and bottom edges of the panel were simply supported. The blast
load was generated by 100 Kg TNT-equivalent placed at an appro-
priate stand-off distance.
Four panels with dimensions of 3.5 m  1.3 m  0.1 m were
employed in the test, having different ﬁbre and steel reinforcement
bar volumes and different stand-off distances. The details of the
panels are listed in Table 3. It should be mentioned that according
to previous studies [10], ﬁbre orientation will clearly affect the
ﬂexural properties of UHPFRC, thus response of UHPFRC under blast
loading will be inﬂuenced by ﬁbre orientation and distribution.
Panels were cast side-on so any variation in ﬁbre distribution due to
segregation of the mixture would be across the width of the panel
rather than in the vertical direction. However, as the aims of this
study were to investigate the performance of the K&C model in
simulating UHPFRC behaviour and to use the numerical model to
clarify steel ﬁbre and reinforcement bar effect in improving blastFig. 5. The broomstick device in the test.
Fig. 6. The tested four panels after blast load. (a) The front and rear faces of panel A
after blast load. (b) The front and rear faces of panel B after blast load. (c) The front and
rear faces of panel C after blast load. (d) The front and rear faces of panel D after blast
load.resistance of UHPFRC steel ﬁbres were not simulated explicitly, in
order to reduce the complexity of the model and distinguish these
two effects more clearly. The models were developed based on an
idealized stressestrain curve for UHPFRC, so the effects of ﬁbres on
Table 4
Recorded maximum and permanent mid-span deﬂection of four panels.
Panel Maximum mid-span
deﬂection (mm)
Permanent mid-span
deﬂection (mm)
A 110 20
B 210 50
C 180 180
D 90 90
Fig. 7. Comparison of reﬂected pressure at 12 m.
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strain behaviour.
In the test, data were collected to evaluate the performance of
UHPFRC panels under blast loading. The blast reﬂected pressure
was recorded at 12 m distance from the charge using gauges
mounted on a separate concrete culvert facing the blast wave. For
7 m and 9 m stand-off distances, the pressure data were not
collected due to risk of damage to the equipment. Laser gauges
were placed on the rear face of panels A and D to obtain the panel
deﬂection. In addition, the panel peak and permanent deﬂections
were also measured using a simple broomstick device, which is
shown in Fig. 5. It should be mentioned that all deﬂection mea-
surements were at mid-span of the panels; they may not the
maximum deﬂection as the fracture is not symmetric. Strain rates
calculated from deﬂection data were w1 s1.
3.2. Blast test results
Fig. 6 shows the four panels after the blast loads. It can be
observed that in panel A (Fig. 6a), which has higher steel rein-
forcement bar volume, only minor horizontal cracks appeared on
the front and rear panel faces. Furthermore, even with a closer
explosion, panel B still had only a small permanent deﬂection,
although more horizontal cracks appeared on the rear face of the
panel (Fig. 6b). However, for panel C, which has lower steel rein-
forcement bar volume, a severe crack (shown in Fig. 6c) was
observed after the blast loading. With more added ﬁbres, panel D
(Fig. 6d) experienced smaller deﬂection than that of panel C, but the
blast load also caused a large permanent deﬂection and large crack
in the panel. These observations can be conﬁrmed with the recor-
dedmaximum and permanent panel deﬂections, which are listed in
Table 4. Therefore, it can be concluded that the steel bar rein-
forcement greatly improved the resistance of UHPFRC panels to the
blast load with 7 m and 9 m stand-off distances, and increasing the
amount of steel ﬁbres also increased the panel resistance to a
certain degree under blast load with 12 m stand-off distance The
relative effects of bar and ﬁbre reinforcement are discussed further
in Section 5.
It should be mentioned that for panels C and D, the large cracks
appeared at a position above the panel mid-span. This was also
observed in the models described below. Models with the charge at
different heights showed that the fracture position would also be
changed accordingly, thus this non-symmetric panel fracture is
caused by non-uniform blast loading applied to the panel as a result
of ground reﬂection of blast wave. In the tests and in the models
presented below, the charge was positioned 1 m above the ground.Table 5
Material properties of UHPFRC panel.
Properties Value
Static compressive strength of concrete 170 MPa
Static tensile strength of concrete 10 MPa
Density of concrete 2450 kg/m3
Young’s modulus of steel reinforcement 200 GPa
Yield strength of steel reinforcement 1680 MPa4. Modelling of UHPFRC panels under blast loading
4.1. Development of model
In the study, the model of the UHPFRC panel was developed
based on actual dimension and boundary conditions. It should be
mentioned that since the large concrete culvert acted as a rigid
body in the test, it was not included in the model and the actual
boundary conditionwas achieved by constraining both translations
and rotations of panel top and bottom edges.
The UHPFRC panel was modelled using the concrete damage
model with the modiﬁcations described above, and equation of
state 8 (EOS 8) in LS-DYNA was employed in the study to give the
relationship between pressure and volumetric strain.
In the UHPFRC model, the element size of the UHPFRC model
was 20 mm  20 mm  5 mm. A mesh convergence study was
carried out to verify the selected element size could give conver-
gence results for UHPFRC panel.
For panels A and B, the steel reinforcement was simulated with
*MAT_PLASTIC_KINEMATIC model in LS-DYNA, and rate effect in
reinforcement bars is not considered in this study. The bond
behaviour between the concrete and reinforcement was achieved
by sharing nodes between concrete and reinforcement elements in
the model. Table 5 lists the mechanical properties of the UHPFRC
and steel reinforcing bar.
4.2. Modelling results
The developed model was used to model the behaviour of
UHPFRC panels under blast loading. The results from the model
were then compared to the test data as shown below.
In the modelling, the blast load was modelled using *LOAD_-
BLAST in LS-DYNA. Blast reﬂected pressures from the model were
obtained as the sum of nodal forces applied to the panel divided by
area of panel face subjected to the blast wave, and are compared to
the test data for a stand-off distance of 12 m in Fig. 7. It can be seen
that both peak blast pressure and blast impulse were predicted
with good quality. It should be mentioned that in the current study,
the sampling interval for obtaining blast pressure from model is
0.1 ms. In order to conﬁrm that the selected sampling interval can
give reasonable blast pressure and express UHPFRC panel behav-
iour, two other sampling intervals, 0.01 ms and 1 ms, were used to
obtain blast pressure, and corresponding panel deﬂections were
also studied, which were depicted in Fig. 8.
From above ﬁgure, it can be observed that with 0.01 ms and
0.1 ms sampling intervals the same blast pressure and panel
deﬂection can be obtained, while with 1ms sampling interval, blast
pressure shows small variation due to limited sampling points, but
Fig. 8. Modelled blast pressure and panel deﬂection with various sampling intervals.
Fig. 10. Predicted damages on front (left) and rear (right) faces of panel A.
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based on modelling results, with 0.1 ms sampling interval, the
actual blast pressure can be fully captured.
Fig. 9 shows the comparison of results for panel A deﬂections
from test data and the developed model. It can be seen that both
forward and backward maximum mid-span deﬂections from the
model are in good agreement with the test data.
However, the predicted damage of panel A showed a larger
difference from the observations in the test. More cracks appeared
on panel A from the model, as shown in Fig. 10, while only minor
cracks on the rear panel face are observed from the test data
(shown in Fig. 6a). Similar failure mode was observed by Tu and Lu
[19], where the response of a normal strength concrete panel
subjected to blast loading was simulated with MAT72 and RHT
models and the results indicated that multiple cracks existed in the
slab after the blast loading.
It should be mentioned that the fringe levels used in Fig. 10
represent the effective plastic strain l (shown in Eq. (6)), which is
used to evaluate damage in the model. According to previous
studies [4,17,18,29], the primary damage exists when the effective
plastic strain is larger than 1.95, while secondary damage can be
represented with effective plastic strain between 1.8 and 1.95.
However, as those effective plastic strain values causing primary
damage are obtained by comparing model failure and actual
structural failure from tests, they may not represent actual damage
level of UHPFRC structures, further investigation of effective plastic
strain and corresponding actual damage level, especially for
UHPFRC, should be performed.
The difference in the damage levels between model and blast
tests could be attributed to the lack of systematic investigation of
effective plastic strain and corresponding actual damage in UHPFRC,
which may not evaluate actual damage levels with the effectiveFig. 9. Comparison of results of panel A deﬂection.plastic strain value. It is also possible that in the experimental tests,
some cracks may close up during the rebound of panels, so that they
cannot be observed after the test and the damage is more extensive
than is suggested by visual inspection of the exterior. X-ray CT im-
aging techniques could be employed to check the concrete’s internal
condition and thus better evaluate the concrete damage.
Figs. 11 and 12 depict the predicted deﬂection and damage of
panel B. It can be seen that the maximum and permanentFig. 11. Predicted deﬂection of panel B.
Fig. 12. Predicted damages on front (left) and rear (right) faces of panel B. Fig. 14. Predicted damages on front (left) and rear (right) faces of panel C.
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are consistent with the test data in Table 4. Several horizontal
cracks appear on the rear panel face, which also match the obser-
vations shown in Fig. 6b.
The deﬂection of panel C from the model is depicted in Fig. 13.
The maximum and permanent predicted deﬂections are 220 mm
and 210 mm, respectively, which are reasonable when compared to
test data in Table 4. Moreover, the observed damage in Fig. 6c also
validates the predicted damage from the model, which is shown in
Fig. 14.
The modelling results from panel D were also obtained and
compared to the test data. Figs. 15 and 16 show the comparison of
panel deﬂection and predicted damage, respectively. From the re-
sults it can be observed that both predicted panel deﬂection and
damage are consistent with test data.
Finally, the comparison of maximum and permanent mid-span
panel deﬂections is summarized in Table 6. From the results it
can be concluded that with the UHPFRC behaviour under blast
loading can be predicted with good quality using the concrete
damage model after matching stressestrain curve from the model
to that of UHPFRC specimen.
5. Investigation of effectiveness of steel bar reinforcement
and steel ﬁbres in UHPFRC
After validating the developed model, parametric studies were
carried out to investigate the effectiveness of steel barFig. 13. Predicted deﬂection of panel C.reinforcement and steel ﬁbres in UHPFRC, especially in providing
extra resistance to the UHPFRC panels under different blast loading
conditions.
According to the results in Sections 3 And 4, it can be seen that
increasing the density of steel bar reinforcement can greatly
improve the resistance of UHPFRC when subjected to blast loading.
Moreover, the UHPFRC resistance to blast loading was also
improved in panel D (which contained a mixture of 2 ﬁbre types
with total ﬁbre volume of 4%) compared to panel C which contained
2% by volume of a single type of ﬁbre. In order to better understand
these effects under different blast conditions, parametric studies
were carried out with the above validated models.
In the study, the blast load was generated from a ﬁxed 100 kg
TNT-equivalent charge. Different stand-off distances were used, so
that various scaled distances Z could be obtained to include
different loading regimes [30]:
Close in : Z  1:2 m=kg1=3
Near field : 1:2 m=kg1=3  Z  3:97 m=kg1=3
Far field : Z > 3:97 m=kg1=3
(13)
In the study, panels A, C and D are employed for the investiga-
tion. As for these two kinds of UHPFRC panels, all other parameters
are the same except steel ﬁbre and reinforcement bar volumes,
which can be found in Table 3, this difference will cause change ofFig. 15. Comparison results of panel D deﬂection.
Fig. 16. Predicted damages on front (left) and rear (right) faces of panel D.
Fig. 17. Variation of maximum panel deﬂection with scaled distance from three panels.
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UHPFRC response under blast loading. By comparing results in
panels C and D, the effect of steel ﬁbre and reinforcement bar can be
clariﬁed. It should be mentioned that the increase of steel rein-
forcement and steel ﬁbre volume are at a similar level (3% increase
in bar reinforcement between panels C and A, and 2% in ﬁbre
reinforcement between panels C and D), thus the results from these
three panels can be studied to compare the effects of steel bar
reinforcement and steel ﬁbres.
Fig. 16 depicts the results of parametric studies, which is
expressed as the variation of maximum panel deﬂection with the
scaled distance Z.
From the results it can be observed that, under far ﬁeld blast
loading (Z > 3.3 m/kg1/3 in this case), the deﬂections from the three
panels are similar, which indicates that the extra steel bar rein-
forcement and steel ﬁbres do not provide clear extra resistance to
the UHPFRC panel. When the blast loading is in the near ﬁeld range
(Z < 3.3), the additional steel ﬁbres and reinforcement bar start to
provide more resistance to the panel. This can be seen in Fig. 16 by
the reduced deﬂections of panels C and D. When subjected to the
blast loading with further reduced scaled distance (Z < 2.7 in this
case), steel reinforcement bar becomes more effective in providing
resistance to the panel, since the smallest maximum deﬂection can
be found in panel A, which is shown in Fig. 17.
In order to further illustrate the effect of steel reinforcement bar
and steel ﬁbre, the panel deﬂections and damaged panels with
Z ¼ 2.5 are depicted in Fig. 18 and Fig. 19. From the ﬁgures it can be
found that, with steel reinforcement bar, panel A experiences the
smallest deﬂection and damage, which means in this case steelTable 6
Comparison of maximum and permanent mid-span panel deﬂections.
Panel Maximum
mid-span deﬂection (mm)
Permanent mid-span
deﬂection (mm)
A Test 110 Test 20
Model 104 Model e
B Test 210 Test 50
Model 216 Model 18
C Test 180 Test 180
Model 220 Model 210
D Test 90 Test 90
Model 110 Model 102reinforcement bar can provide panel resistance more effectively,
while steel ﬁbre can also provide certain amount of the resistance
to the panel.
According to above results, when subjected to relative far blast
loads (Z > 2.7 in the study), steel ﬁbres and reinforcement bar have
similar effects in increasing UHPFRC panel resistance. However,
with close blast loads (Z < 2.7), the increased steel reinforcement
volume can increase the panel resistance remarkably.6. Conclusions
The concrete damagemodel in LS-DYNAwas employed tomodel
the behaviour of UHPFRC panels under blast loads. The automatic
parameter generation method was used to generate model pa-
rameters and the stressestrain relationship of the model was
further conﬁgured tomatch the designed stressestrain relationship
of UHPFRC. Moreover, the strain rate effect was also incorporated in
the model based on existing strain rate models for concrete.
With the modiﬁed model, the behaviour of UHPFRC panels
under blast loads was obtained and compared to the corresponding
test data. Results demonstrate that the peak blast pressure and
blast impulse can be predicted with good quality from the model.
Both the maximum and permanent deﬂection of the four panels
tested could be obtained reliably, and damage of the panels after
the blast loads can also be predicted with reasonable accuracy. As
described before, the damage prediction can be improved by
modelling the ﬁbre explicitly in the concrete model, so that the
ﬁbre effect in bridging cracks can be expressed.
Furthermore, with the validated UHPFRC models, parametric
studies were carried out to investigate the effect of steel barFig. 18. Comparison of panel deﬂections with Z of 2.5.
Fig. 19. Side view of panels after the same blast loading. (a) Panel A. (b) Panel C. (c)
Panel D.
L. Mao et al. / International Journal of Impact Engineering 64 (2014) 91e100100reinforcement and steel ﬁbres in increasing UHPFRC resistance.
From the results, it can be found that under far ﬁeld blast loading,
steel ﬁbres and reinforcement bar are of similar effect in providing
extra resistance to the UHPFRC panel. When subjected to near ﬁeld
blast loading, the resistance of UHPFRC panels can be increased
signiﬁcantly with steel reinforcement bar.Acknowledgements
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